This article was downloaded by:
On: 23 January 2011
Access details: Access Details: Free Access
Publisher Taylor \& Francis
Informa Ltd Registered in England and Wales Registered Number: 1072954 Registered office: Mortimer House, 3741 Mortimer Street, London W1T 3JH, UK


## Journal of Coordination Chemistry

Publication details, including instructions for authors and subscription information:
http://www.informaworld.com/smpp/title $\sim$ content=t713455674

## Hydrothermal synthesis and structural characterization of three lanthanide coordination polymers with adipic acid and 1,10-phenanthroline


${ }^{\text {a }}$ Key Laboratory of Chem-biology \& Organic of Henan Province, Zhengzhou University, China, $450052^{\text {b }}$ College of Chemistry and Chemical Engineering, Anyang Normal University, Anyang, China, 455002

Online publication date: 22 September 2010

To cite this Article Zhang, Li-Ping, Qu, Ling-Bo, Huang, Liang, Wang, Kui and Zhao, Yu-Fen(2008) 'Hydrothermal synthesis and structural characterization of three lanthanide coordination polymers with adipic acid and 1,10phenanthroline', Journal of Coordination Chemistry, 61: 13, $2157-2166$
To link to this Article: DOI: 10.1080/00958970801898491
URL: http://dx.doi.org/10.1080/00958970801898491

## PLEASE SCROLL DOWN FOR ARTICLE

Full terms and conditions of use: http://www.informaworld.com/terms-and-conditions-of-access.pdf
This article may be used for research, teaching and private study purposes. Any substantial or systematic reproduction, re-distribution, re-selling, loan or sub-licensing, systematic supply or distribution in any form to anyone is expressly forbidden.
The publisher does not give any warranty express or implied or make any representation that the contents will be complete or accurate or up to date. The accuracy of any instructions, formulae and drug doses should be independently verified with primary sources. The publisher shall not be liable for any loss, actions, claims, proceedings, demand or costs or damages whatsoever or howsoever caused arising directly or indirectly in connection with or arising out of the use of this material.

# Hydrothermal synthesis and structural characterization of three lanthanide coordination polymers with adipic acid and 1,10-phenanthroline 

LI-PING ZHANG $\dagger \ddagger, L I N G-B O$ QU $\dagger \ddagger, L I A N G ~ H U A N G \ddagger$, KUI WANG $\ddagger$ and YU-FEN ZHAO**<br>$\dagger$ Key Laboratory of Chem-biology \& Organic of Henan Province, Zhengzhou University, China, 450052<br>$\$$ College of Chemistry and Chemical Engineering, Anyang Normal University, Anyang, China, 455002

(Received 2 July 2007; in final form 18 July 2007)


#### Abstract

Three new lanthanide coordination polymers, $\left[\mathrm{Ln}(\mathrm{Ad})_{3 / 2}(\mathrm{Phen})\right]_{n} \cdot 2 n \mathrm{H}_{2} \mathrm{O}(\mathrm{Ln}=\mathrm{Eu}, \mathbf{1 ;} \mathbf{P r}$, 2; $\mathrm{Ad}=$ adipate; Phen $=1,10$-phenanthroline) and $\left[\mathrm{Yb}(\mathrm{Ad})_{3 / 2}(\mathrm{Phen})\right]_{n} \cdot n \mathrm{H}_{2} \mathrm{O} 3$, were prepared by hydrothermal reactions. The structures of $\mathbf{1 , 2}$ and $\mathbf{3}$ are reported. In compound $\mathbf{1}, \mathrm{Eu}(\mathrm{III})$ ions are bridged by adipate ligands in two modes into 2-D polymeric layers. Adjacent layers are assembled by hydrogen bonding and $\pi-\pi$ stacking between 1,10 -phenanthrolines into a 3-D supramolecular structure. Compound $\mathbf{2}$ is isostructural with $\mathbf{1}$. In compound $\mathbf{3}$, the $\mathrm{Yb}(\mathrm{III})$ ions are connected by adipate ligands in three modes into a 3-D network.


Keywords: Lanthanide; Coordination polymer; Hydrothermal synthesis; Crystal structure

## 1. Introduction

Design and synthesis of metal-organic coordination polymers have received interest because supramolecular assembly is a route to new materials with unusual structures and properties [1-3]. Multifunctional rigid ligands such as 1,2,4,5-benzenetetracarboxylic acid [4], 1,3,5-benzenetricarboxylic acid [5], and 1,4-benzenedicarboxylic acid [6] are used as linkers in constructing coordination polymers. However, flexible ligands might construct more interesting structures by changing conformation to adapt to different environments [7]. Many lanthanide coordination polymers containing adipate have been reported [8], in which template molecules, such as 4,4'-dipyridyl and 1,3-di(4-pyridyl)propane, are used to fill the channels of porous structures or sensitize lanthanide ion emission. To the best of our knowledge, no lanthanide coordination polymer containing both adipic acid and 1,10-phenanthroline has been reported. Herein, we report the synthesis and crystal structures of three lanthanide coordination

[^0]polymers, $\left[\operatorname{Ln}(\mathrm{Ad})_{3 / 2}(\mathrm{Phen})\right]_{n} \cdot 2 n \mathrm{H}_{2} \mathrm{O}(\mathrm{Ln}=\mathrm{Eu}, \mathbf{1} ; \mathrm{Pr}, 2 ; \mathrm{Ad}=$ adipate; Phen $=1,10-$ phenanthroline) and $\left[\mathrm{Yb}(\mathrm{Ad})_{3 / 2}(\mathrm{Phen})\right]_{n} \cdot n \mathrm{H}_{2} \mathrm{O} \quad$ 3, which have supramolecular architecture assembled via hydrogen bonding and $\pi-\pi$ stacking.

## 2. Experimental

### 2.1. Materials and apparatus

$\mathrm{LnCl}_{3} \cdot n \mathrm{H}_{2} \mathrm{O}(\mathrm{Ln}=\mathrm{Pr}, n=7 ; \mathrm{Ln}=\mathrm{Eu}$ and $\mathrm{Yb}, n=6)$ were prepared by dissolving their oxides in dilute hydrochloric acid and then dried. All other chemicals were purchased and used as received without further purification. $\mathrm{C}, \mathrm{H}$ and N data were obtained using a PE 2400II CHNS/O elemental analyzer. Infrared spectra were recorded with a Nicolet Avatar 360 FT-IR spectrometer.

### 2.2. Preparation of compounds

Phen $\cdot \mathrm{H}_{2} \mathrm{O}(0.3 \mathrm{mmol}, 0.0595 \mathrm{~g})$ and $\mathrm{H}_{2} \mathrm{Ad}(0.3 \mathrm{mmol}, 0.0438 \mathrm{~g})$ were dissolved in 10 mL deionized water and the pH was adjusted to 4 with NaOH aqueous solution. Then the $\mathrm{LnCl}_{3} \cdot n \mathrm{H}_{2} \mathrm{O}(0.3 \mathrm{mmol} ; \mathrm{Eu}, n=6,0.1099 \mathrm{~g} ; \mathrm{Pr}, n=7,0.1120 \mathrm{~g} ; \mathrm{Yb}, n=6,0.1162 \mathrm{~g})$ was added. The mixture was placed in a Teflon-lined stainless steel vessel ( 23 mL ), sealed and heated (Eu, at $180^{\circ} \mathrm{C}$ for 3 d ; Pr , at $150^{\circ} \mathrm{C}$ for 4 d and Yb , at $140^{\circ} \mathrm{C}$ for 5 d ) under autogeneous pressure and then cooled to room temperature. After filtration, the product was washed with ethanol and then dried. Crystals of $\mathbf{1 , 2}$ and $\mathbf{3}$ were collected $(0.0376 \mathrm{~g}, 32.19 \%$ for $\mathbf{1} ; 0.0349 \mathrm{~g}, 30.45 \%$ for $\mathbf{2} ; 0.0408 \mathrm{~g}, 33.69 \%$ for $\mathbf{3})$.
$\left[\mathrm{Eu}(\mathrm{Ad})_{3 / 2}(\mathrm{Phen})\right]_{\boldsymbol{n}} \cdot \mathbf{2 n H}_{\mathbf{2}} \mathrm{O}$ (1). Found (Calcd. \%): C, 43.14(43.16); H, 3.88(4.14); N, 4.96(4.79). IR(KBr pellets, $\mathrm{cm}^{-1}$ ): 3482(s, br), 3059(w), 2938(m), 2854(w), 1599(vs), 1588(vs), 1541(s), 1439(vs), 1426(vs), 1350(w), 1330(w), 1314(w), 1210(w), 1141(w), 1103(w), 1048(w), 852(s), 731(s), 723(s).
$\left.[\operatorname{Pr}(A d))_{3 / 2}(\operatorname{Phen})\right]_{n} \cdot \mathbf{2 n H}_{\mathbf{2}} \mathbf{O}$ (2). Found (Calcd. \%): C, 44.28(43.99); H, 3.91(4.22); N, 5.04(4.89). IR(KBr pellets, $\left.\mathrm{cm}^{-1}\right): 3463(\mathrm{~s}, \mathrm{br}), 3060(\mathrm{w}), 2937(\mathrm{~m}), 2854(\mathrm{w}), 1578(\mathrm{vs})$, 1535(s), 1432(vs), 1350(w), 1312(w), 1299(w), 1272(w), 1142(w), 1102(w), 1047(w), 861(s), 731(s), 722(s).
$\left[\mathbf{Y b}(\mathbf{A d})_{3 / 2}(\text { Phen })\right]_{\boldsymbol{n}} \cdot \boldsymbol{n H}_{\mathbf{2}} \mathbf{O}$ (3). Found (Calcd. \%): C, 43.09(42.93); H, 3.96(3.77); N , 4.55(4.77). $\mathrm{IR}\left(\mathrm{KBr}\right.$ pellets, $\left.\mathrm{cm}^{-1}\right): 3464(\mathrm{~s}, \mathrm{br}), 3083(\mathrm{w}), 3060(\mathrm{w}), 2941(\mathrm{~m})$, 2867(w), 1601(vs), 1545(vs), 1519(s), 1441(vs), 1425(vs), 1350(w), 1321(w), 1300(w), 1209(w), 1142(w), 1106(w), 925(w), 849(s), 730(s).

### 2.3. Single-crystal X-ray diffraction

Single-crystal X-ray data were collected on a Bruker SMART 1000 CCD diffractometer equipped with graphite monochromated $\mathrm{Mo}-\mathrm{K} \alpha$ radiation $(\lambda=0.71073 \AA)$. Semiempirical absorption corrections were applied using the SADABS program. All calculations were carried out with SHELXS-97 and SHELXL-97 programs. The structures were solved by direct methods. All structures were refined on $F^{2}$ by full-matrix least-squares methods. The crystallographic data of the compounds are summarized in table 1 and the selected bond lengths and angles in tables 2 and 3.
Table 1. Crystallographic and experimental data for $\mathbf{1 , 2}$ and $\mathbf{3}$.

|  | 1 | 2 | 3 |
| :---: | :---: | :---: | :---: |
| Empirical formula | $\mathrm{EuC}_{21} \mathrm{H}_{24} \mathrm{~N}_{2} \mathrm{O}_{8}$ | $\operatorname{Pr} \mathrm{C}_{21} \mathrm{H}_{24} \mathrm{~N}_{2} \mathrm{O}_{8}$ | $\mathrm{YbC}_{21} \mathrm{H}_{22} \mathrm{~N}_{2} \mathrm{O}_{7}$ |
| Formula weight | 584.38 | 573.33 | 587.445 |
| Temperature (K) | 273(2) | 291(2) | 293(2) |
| Wavelength ( A ) | 0.71073 | 0.71073 | 0.71073 |
| Crystal system, space group | Triclinic, $P \overline{1}$ | Triclinic, $P^{\overline{1}}$ | Triclinic, $P_{1} \overline{1}$ |
| Unit cell dimensions ( $\mathrm{A},{ }^{\circ}$ ) |  |  |  |
| $a$ | 10.238(3) | 10.294(2) | 9.109(3) |
| $b$ | 11.384(4) | 11.482(2) | 10.539(3) |
| $c$ | 11.495(4) | 11.573(2) | 12.079(4) |
| $\alpha$ | 98.386(5) | 98.40(3) | 99.320(5) |
| $\beta$ | 116.280(4) | 116.11(3) | 109.320(5) |
| $\gamma$ | 107.416(5) | 107.57(3) | 92.850(5) |
| Volume ( $\AA^{3}$ ) | 1083.8(6) | 1107.0(4) | 99.320(5) |
| Z | 2 | 2 | 2 |
| Calculated density ( $\mathrm{Mg} \mathrm{m}^{-3}$ ) | 1.791 | 1.720 | 2,1.818 |
| Absorption coefficient ( $\mathrm{mm}^{-1}$ ) | 2.944 | 2.250 | 4.403 |
| $F(000)$ | 582 | 574 | 576 |
| Crystal size ( $\mathrm{mm}^{3}$ ) | $0.16 \times 0.12 \times 0.08$ | $0.20 \times 0.16 \times 0.16$ | $0.16 \times 0.14 \times 0.12$ |
| $\theta$ range for data collection | 1.98-25.01 | 1.97-27.55 | 1.82-25.01 |
| Limiting indices | $-12 \leq h \leq 11,-13 \leq k \leq 11,-12 \leq 1 \leq 13$ | $-13 \leq h \leq 12,0 \leq k \leq 14,-15 \leq l \leq 14$ | $-10 \leq h \leq 9,-12 \leq k \leq 12,-8 \leq 1 \leq 14$ |
| Reflections collected/unique | $5653 / 3818[R(\mathrm{int})=0.0211]$ | $4338 / 4338[R(\mathrm{int})=0.0000]$ | $5621 / 3771[R(\mathrm{int})=0.0240]$ |
| Completeness to $\theta=25.01$ | 99.7\% | 84.8\% | 99.5\% |
| Absorption correction | Semi-empirical from equivalents | None | Semi-empirical from equivalents |
| Max. and min. transmission | 1.000000 and 0.793430 | 0.7147 and 0.6617 | 1.000000 and 0.746059 |
| Refinement method | Full-matrix least-squares on $F^{2}$ | Full-matrix least-squares on $F^{2}$ | Full-matrix least-squares on $F^{2}$ |
| Data/restraints/parameters | 3818/0/289 | 4338/0/290 | 3771/0/280 |
| Goodness-of-fit on $F^{2}$ | 1.057 | 1.131 | 1.096 |
| Final $R$ indices [ $I>2 \sigma(\mathrm{I})$ ] | $R_{1}=0.0268, w R_{2}=0.0608$ | $R_{1}=0.0486, w R_{2}=0.1262$ | $R_{1}=0.0264, w R_{2}=0.0648$ |
| $R$ indices (all data) | $R_{1}=0.0346, w R_{2}=0.0639$ | $R_{1}=0.0558, w R_{2}=0.1322$ | $R_{1}=0.0337, w R_{2}=0.0678$ |
| Largest diff. peak and hole (e $\AA^{-3}$ ) | 0.535 and -0.790 | 1.486 and -1.867 | 0.839 and -0.905 |

Table 2. Selected bond lengths ( $(\AA)$ and angles $\left(^{\circ}\right.$ ) for $\mathbf{1}$ and $\mathbf{2}$.

| 1 |  | 2 |  |
| :---: | :---: | :---: | :---: |
| $\mathrm{Eu}(1)-\mathrm{O}(4) \# 1$ | 2.338(3) | $\operatorname{Pr}(1)-\mathrm{O}(2) \# 1$ | $2.386(5)$ |
| $\mathrm{Eu}(1)-\mathrm{O}(5) \# 2$ | 2.352(3) | $\operatorname{Pr}(1)-\mathrm{O}(5) \# 1$ | $2.417(5)$ |
| $\mathrm{Eu}(1)-\mathrm{O}(3) \# 3$ | 2.415(3) | $\mathrm{Pr}(1)-\mathrm{O}(1)$ | 2.474 (5) |
| $\mathrm{Eu}(1)-\mathrm{O}(6)$ | 2.438(3) | $\mathrm{Pr}(1)-\mathrm{O}(6)$ | 2.500 (5) |
| $\mathrm{Eu}(1)-\mathrm{O}(1)$ | 2.489(3) | $\mathrm{Pr}(1)-\mathrm{O}(3) \# 2$ | 2.550 (5) |
| $\mathrm{Eu}(1)-\mathrm{O}(2)$ | 2.519(3) | $\mathrm{Pr}(1)-\mathrm{O}(4) \# 2$ | 2.576 (5) |
| $\mathrm{Eu}(1)-\mathrm{N}(2)$ | 2.587(3) | $\mathrm{Pr}(1)-\mathrm{N}(2)$ | 2.634(6) |
| $\mathrm{Eu}(1)-\mathrm{O}(5)$ | 2.614(3) | $\mathrm{Pr}(1)-\mathrm{O}(5)$ | 2.661 (5) |
| $\mathrm{Eu}(1)-\mathrm{N}(1)$ | 2.649(4) | $\operatorname{Pr}(1)-\mathrm{N}(1)$ | $2.698(6)$ |
| $\mathrm{O}(4) \# 1-\mathrm{Eu}(1)-\mathrm{O}(5) \# 2$ | 75.12(10) | $\mathrm{O}(2) \# 1-\mathrm{Pr}(1)-\mathrm{O}(5) \# 1$ | 75.21(18) |
| $\mathrm{O}(4) \# 1-\mathrm{Eu}(1)-\mathrm{O}(3) \# 3$ | 136.95(10) | $\mathrm{O}(2) \# 1-\mathrm{Pr}(1)-\mathrm{O}(1)$ | 136.85(17) |
| $\mathrm{O}(5) \# 2-\mathrm{Eu}(1)-\mathrm{O}(3) \# 3$ | 76.90(10) | $\mathrm{O}(5) \# 1-\mathrm{Pr}(1)-\mathrm{O}(1)$ | 76.70(17) |
| $\mathrm{O}(4) \# 1-\mathrm{Eu}(1)-\mathrm{O}(6)$ | 88.04(11) | $\mathrm{O}(2) \# 1-\mathrm{Pr}(1)-\mathrm{O}(6)$ | 87.65(19) |
| $\mathrm{O}(5) \# 2-\mathrm{Eu}(1)-\mathrm{O}(6)$ | 126.68(10) | $\mathrm{O}(5) \# 1-\mathrm{Pr}(1)-\mathrm{O}(6)$ | 126.57(16) |
| $\mathrm{O}(3) \# 3-\mathrm{Eu}(1)-\mathrm{O}(6)$ | 83.14(10) | $\mathrm{O}(1)-\mathrm{Pr}(1)-\mathrm{O}(6)$ | 83.49(18) |
| $\mathrm{O}(4) \# 1-\mathrm{Eu}(1)-\mathrm{O}(1)$ | 81.32(10) | $\mathrm{O}(2) \# 1-\mathrm{Pr}(1)-\mathrm{O}(3) \# 2$ | 81.87(18) |
| $\mathrm{O}(5) \# 2-\mathrm{Eu}(1)-\mathrm{O}(1)$ | 84.12(10) | $\mathrm{O}(5) \# 1-\mathrm{Pr}(1)-\mathrm{O}(3) \# 2$ | 83.99(18) |
| $\mathrm{O}(3) \# 3-\mathrm{Eu}(1)-\mathrm{O}(1)$ | 127.30(10) | $\mathrm{O}(1)-\mathrm{Pr}(1)-\mathrm{O}(3) \# 2$ | 126.67(16) |
| $\mathrm{O}(6)-\mathrm{Eu}(1)-\mathrm{O}(1)$ | 143.48(10) | $\mathrm{O}(6)-\mathrm{Pr}(1)-\mathrm{O}(3) \# 2$ | 143.78(18) |
| $\mathrm{O}(4) \# 1-\mathrm{Eu}(1)-\mathrm{O}(2)$ | 128.13(10) | $\mathrm{O}(2) \# 1-\mathrm{Pr}(1)-\mathrm{O}(4) \# 2$ | 127.91(18) |
| $\mathrm{O}(5) \# 2-\mathrm{Eu}(1)-\mathrm{O}(2)$ | 78.95(10) | $\mathrm{O}(5) \# 1-\mathrm{Pr}(1)-\mathrm{O}(4) \# 2$ | 78.92(18) |
| $\mathrm{O}(3) \# 3-\mathrm{Eu}(1)-\mathrm{O}(2)$ | 76.36(10) | $\mathrm{O}(1)-\mathrm{Pr}(1)-\mathrm{O}(4) \# 2$ | 76.64(17) |
| $\mathrm{O}(6)-\mathrm{Eu}(1)-\mathrm{O}(2)$ | 142.34(10) | $\mathrm{O}(6)-\mathrm{Pr}(1)-\mathrm{O}(4) \# 2$ | 142.86(18) |
| $\mathrm{O}(1)-\mathrm{Eu}(1)-\mathrm{O}(2)$ | 51.74(9) | $\mathrm{O}(3) \# 2-\mathrm{Pr}(1)-\mathrm{O}(4) \# 2$ | 50.85(16) |
| $\mathrm{O}(4) \# 1-\mathrm{Eu}(1)-\mathrm{N}(2)$ | 137.50(11) | $\mathrm{O}(2) \# 1-\mathrm{Pr}(1)-\mathrm{N}(2)$ | 137.13(19) |
| $\mathrm{O}(5) \# 2-\mathrm{Eu}(1)-\mathrm{N}(2)$ | 146.16(11) | $\mathrm{O}(5) \# 1-\mathrm{Pr}(1)-\mathrm{N}(2)$ | 146.45(18) |
| $\mathrm{O}(3) \# 3-\mathrm{Eu}(1)-\mathrm{N}(2)$ | 79.23(11) | $\mathrm{O}(1)-\mathrm{Pr}(1)-\mathrm{N}(2)$ | 79.64(19) |
| $\mathrm{O}(6)-\mathrm{Eu}(1)-\mathrm{N}(2)$ | 73.01(11) | $\mathrm{O}(6)-\mathrm{Pr}(1)-\mathrm{N}(2)$ | 73.09(19) |
| $\mathrm{O}(1)-\mathrm{Eu}(1)-\mathrm{N}(2)$ | 91.70(12) | $\mathrm{O}(3) \# 2-\mathrm{Pr}(1)-\mathrm{N}(2)$ | 91.5(2) |
| $\mathrm{O}(2)-\mathrm{Eu}(1)-\mathrm{N}(2)$ | 72.34(11) | $\mathrm{O}(4) \# 2-\mathrm{Pr}(1)-\mathrm{N}(2)$ | 72.68(19) |
| $\mathrm{O}(4) \# 1-\mathrm{Eu}(1)-\mathrm{O}(5)$ | 71.55(10) | $\mathrm{O}(2) \# 1-\mathrm{Pr}(1)-\mathrm{O}(5)$ | 72.08(17) |
| $\mathrm{O}(5) \# 2-\mathrm{Eu}(1)-\mathrm{O}(5)$ | 75.43(10) | $\mathrm{O}(5) \# 1-\mathrm{Pr}(1)-\mathrm{O}(5)$ | 76.55(16) |
| $\mathrm{O}(3) \# 3-\mathrm{Eu}(1)-\mathrm{O}(5)$ | 70.16(9) | $\mathrm{O}(1)-\mathrm{Pr}(1)-\mathrm{O}(5)$ | 69.97(16) |
| $\mathrm{O}(6)-\mathrm{Eu}(1)-\mathrm{O}(5)$ | 51.27(9) | $\mathrm{O}(6)-\mathrm{Pr}(1)-\mathrm{O}(5)$ | 50.03(15) |
| $\mathrm{O}(1)-\mathrm{Eu}(1)-\mathrm{O}(5)$ | 149.32(10) | $\mathrm{O}(3) \# 2-\mathrm{Pr}(1)-\mathrm{O}(5)$ | 150.62(17) |
| $\mathrm{O}(2)-\mathrm{Eu}(1)-\mathrm{O}(5)$ | 141.47(9) | $\mathrm{O}(4) \# 2-\mathrm{Pr}(1)-\mathrm{O}(5)$ | 142.14(16) |
| $\mathrm{N}(2)-\mathrm{Eu}(1)-\mathrm{O}(5)$ | 117.94(10) | $\mathrm{N}(2)-\mathrm{Pr}(1)-\mathrm{O}(5)$ | 116.78(19) |
| $\mathrm{O}(4) \# 1-\mathrm{Eu}(1)-\mathrm{N}(1)$ | 75.49(11) | $\mathrm{O}(2) \# 1-\mathrm{Pr}(1)-\mathrm{N}(1)$ | 76.04(19) |
| $\mathrm{O}(5) \# 2-\mathrm{Eu}(1)-\mathrm{N}(1)$ | 143.60(11) | $\mathrm{O}(5) \# 1-\mathrm{Pr}(1)-\mathrm{N}(1)$ | 144.08(19) |
| $\mathrm{O}(3) \# 3-\mathrm{Eu}(1)-\mathrm{N}(1)$ | 139.37(11) | $\mathrm{O}(1)-\mathrm{Pr}(1)-\mathrm{N}(1)$ | 139.05(18) |
| $\mathrm{O}(6)-\mathrm{Eu}(1)-\mathrm{N}(1)$ | 72.90(11) | $\mathrm{O}(6)-\mathrm{Pr}(1)-\mathrm{N}(1)$ | 72.83(18) |
| $\mathrm{O}(1)-\mathrm{Eu}(1)-\mathrm{N}(1)$ | 70.62(11) | $\mathrm{O}(3) \# 2-\operatorname{Pr}(1)-\mathrm{N}(1)$ | 71.01(18) |
| $\mathrm{O}(2)-\mathrm{Eu}(1)-\mathrm{N}(1)$ | 103.34(11) | $\mathrm{O}(4) \# 2-\mathrm{Pr}(1)-\mathrm{N}(1)$ | 102.78(19) |
| $\mathrm{N}(2)-\mathrm{Eu}(1)-\mathrm{N}(1)$ | 62.77(12) | $\mathrm{N}(2)-\mathrm{Pr}(1)-\mathrm{N}(1)$ | 61.9(2) |
| $\mathrm{O}(5)-\mathrm{Eu}(1)-\mathrm{N}(1)$ | 114.39(10) | $\mathrm{O}(5)-\mathrm{Pr}(1)-\mathrm{N}(1)$ | 114.01(17) |

Symmetry transformations used to generate equivalent atoms: $1 \# 1 x+1, y, z ; \# 2-x+2,-y,-z ; \# 3-x+1,-y,-z$.
$2 \# 1-x,-y+1,-z ; \# 2-x-1,-y+1,-z$.

## 3. Results and discussion

### 3.1. Structural description of $\left[\mathrm{Eu}(\mathrm{Ad})_{3 / 2}(\mathrm{Phen})\right]_{n} \cdot 2 \mathrm{nH}_{2} \mathrm{O}$ (1) and $\left[\operatorname{Pr}(A d)_{3 / 2}(\text { Phen })\right]_{n} \cdot 2 \mathbf{n H}_{2} \mathrm{O}$ (2)

Single crystal X-ray diffraction studies reveal that $\mathbf{1}$ and $\mathbf{2}$ are isostructural; $\mathbf{1}$ will be described in detail. The $\mathrm{Eu}(\mathrm{III})$ is nine-coordinate by two chelating bidentate adipates,

Table 3. Selected bond lengths $(\AA)$ and angles $\left({ }^{\circ}\right)$ for 3.

| $\mathrm{Yb}(1)-\mathrm{O}(5)$ | $2.180(4)$ | $\mathrm{Yb}(1)-\mathrm{O}(2)$ | $2.358(4)$ |
| :--- | :--- | :--- | :--- |
| $\mathrm{Yb}(1)-\mathrm{O}(6) \# 1$ | $2.254(4)$ | $\mathrm{Yb}(1)-\mathrm{O}(4)$ | $2.431(4)$ |
| $\mathrm{Yb}(1)-\mathrm{O}(3)$ | $2.340(4)$ | $\mathrm{Yb}(1)-\mathrm{N}(1)$ | $2.482(4)$ |
| $\mathrm{Yb}(1)-\mathrm{O}(1)$ | $2.348(4)$ | $\mathrm{Yb}(1)-\mathrm{N}(2)$ |  |
| $\mathrm{O}(5)-\mathrm{Yb}(1)-\mathrm{O}(6) \# 1$ | $92.04(15)$ | $\mathrm{O}(2)-\mathrm{Yb}(1)-\mathrm{O}(4)$ | $122.90(15)$ |
| $\mathrm{O}(5)-\mathrm{Yb}(1)-\mathrm{O}(3)$ | $99.98(18)$ | $\mathrm{O}(5)-\mathrm{Yb}(1)-\mathrm{N}(1)$ | $147.88(15)$ |
| $\mathrm{O}(6) \# 1-\mathrm{Yb}(1)-\mathrm{O}(3)$ | $156.82(16)$ | $\mathrm{O}(6) \# 1-\mathrm{Yb}(1)-\mathrm{N}(1)$ | $89.13(14)$ |
| $\mathrm{O}(5)-\mathrm{Yb}(1)-\mathrm{O}(1)$ | $80.21(14)$ | $\mathrm{O}(1)-\mathrm{Yb}(1)-\mathrm{N}(1)-\mathrm{N}(1)$ | $131.01(17)$ |
| $\mathrm{O}(6) \# 1-\mathrm{Yb}(1)-\mathrm{O}(1)$ | $86.10(14)$ | $\mathrm{O}(2)-\mathrm{Yb}(1)-\mathrm{N}(1)$ | $76.45(14)$ |
| $\mathrm{O}(3)-\mathrm{Yb}(1)-\mathrm{O}(1)$ | $76.62(15)$ | $\mathrm{O}(5)-\mathrm{Yb}(1)-\mathrm{N}(1)$ | $78.25(15)$ |
| $\mathrm{O}(5)-\mathrm{Yb}(1)-\mathrm{O}(2)$ | $135.41(14)$ | $\mathrm{O}(6) \# 1-\mathrm{Yb}(1)-\mathrm{N}(2)$ | $82.48(14)$ |
| $\mathrm{O}(6) \# 1-\mathrm{Yb}(1)-\mathrm{O}(2)$ | $81.23(15)$ | $\mathrm{O}(3)-\mathrm{Yb}(1)-\mathrm{N}(2)$ | $76.52(14)$ |
| $\mathrm{O}(3)-\mathrm{Yb}(1)-\mathrm{O}(2)$ | $76.29(17)$ | $\mathrm{O}(2)-\mathrm{Yb}(1)-\mathrm{N}(2)$ | $124.46(15)$ |
| $\mathrm{O}(1)-\mathrm{Yb}(1)-\mathrm{O}(2)$ | $55.47(13)$ | $154.94(14)$ |  |
| $\mathrm{O}(5)-\mathrm{Yb}(1)-\mathrm{O}(4)$ | $84.07(15)$ | $\mathrm{O}(4)-\mathrm{Yb}(1)-\mathrm{N}(2)$ | $136.67(14)$ |
| $\mathrm{O}(6) \# 1-\mathrm{Yb}(1)-\mathrm{O}(4)$ | $148.04(14)$ | $71.53(14)$ |  |
| $\mathrm{O}(3)-\mathrm{Yb}(1)-\mathrm{O}(4)$ | $53.91(14)$ | $66.60(14)$ |  |
| $\mathrm{O}(1)-\mathrm{Yb}(1)-\mathrm{O}(4)$ | $124.07(14)$ |  |  |

Symmetry transformation used to generate equivalent atoms: \#1 $-x+1,-y+1,-z+2$.


Figure 1. Coordination environment ( $50 \%$ probability ellipsoids) in 1. All hydrogen atoms are omitted for clarity.
three monodentate adipates and one bidentate 1,10-phenanthroline (figure 1). There are two crystallographically dependent adipates in $\mathbf{1}$ (figure $2 \mathbf{i}$ and $\mathbf{i i}$ ). In $\mathbf{i}$, one carboxylate group chelates one $\mathrm{Eu}(\mathrm{IIII})$ and the other bridges two $\mathrm{Eu}(\mathrm{III})$ ions. The aliphatic chain is gauche-conformation. While in ii, two carboxylate groups coordinate to $\mathrm{Eu}(\mathrm{III})$ in

i

iii

ii

iv

v

Figure 2. Coordination modes and stereo representations of conformations of five crystallographically dependent adipate ligands [(i), (ii) for 1 and (iii), (iv), (v) for 3]: (i) anti-gauche-gauche [torsion angles: $\left.\mathrm{C}(1)-\mathrm{C}(2)-\mathrm{C}(3)-\mathrm{C}(4), 173.0^{\circ} ; \mathrm{C}(2)-\mathrm{C}(3)-\mathrm{C}(4)-\mathrm{C}(5),-74.7^{\circ} ; \mathrm{C}(3)-\mathrm{C}(4)-\mathrm{C}(5)-\mathrm{C}(6),-73.4^{\circ}\right]$; (ii) anti-anti-anti [torsion angles: $\mathrm{C}(7)-\mathrm{C}(8)-\mathrm{C}(9)-\mathrm{C}(9 \mathrm{~A}), 168.3^{\circ} ; \mathrm{C}(8)-\mathrm{C}(9)-\mathrm{C}(9 \mathrm{~A})-\mathrm{C}(8 \mathrm{~A}), 180^{\circ} ; \mathrm{C}(9)-\mathrm{C}(9 \mathrm{~A})-\mathrm{C}(8 \mathrm{~A})-\mathrm{C}(7 \mathrm{~A})$, $-168.3^{\circ}$ ]; (iii) anti-anti-anti [torsion angles: $\mathrm{C}(13)-\mathrm{C}(14)-\mathrm{C}(15)-\mathrm{C}(15 \mathrm{~A}),-174.2^{\circ} ; \mathrm{C}(14)-\mathrm{C}(15)-\mathrm{C}(15 \mathrm{~A})-$ $\mathrm{C}(14 \mathrm{~A}),-180^{\circ} ; \mathrm{C}(15)-\mathrm{C}(15 \mathrm{~A})-\mathrm{C}(14 \mathrm{~A})-\mathrm{C}(13 \mathrm{~A}), 174.2^{\circ}$ ]; (iv) gauche-anti-gauche [torsion angles: $\mathrm{C}(16)-$ $\left.\mathrm{C}(17)-\mathrm{C}(18)-\mathrm{C}(18 \mathrm{~A}),-63.4^{\circ} ; \mathrm{C}(17)-\mathrm{C}(18)-\mathrm{C}(18 \mathrm{~A})-\mathrm{C}(17 \mathrm{~A}), 180.0^{\circ} ; \mathrm{C}(18)-\mathrm{C}(18 \mathrm{~A})-\mathrm{C}(17 \mathrm{~A})-\mathrm{C}(16 \mathrm{~A}), 63.4^{\circ}\right]$; (v) gauche-anti-gauche [torsion angles: $\mathrm{C}(19)-\mathrm{C}(20)-\mathrm{C}(21)-\mathrm{C}(21 \mathrm{~A}),-60.8^{\circ} ; \mathrm{C}(20)-\mathrm{C}(21)-\mathrm{C}(21 \mathrm{~A})-\mathrm{C}(20 \mathrm{~A})$, $\left.-180.0^{\circ} ; \mathrm{C}(21)-\mathrm{C}(21 \mathrm{~A})-\mathrm{C}(20 \mathrm{~A})-\mathrm{C}(19 \mathrm{~A}), 60.8^{\circ}\right]$.

Table 4. Hydrogen bond parameters $\left(\AA^{\circ},^{\circ}\right)$ for $\mathbf{1}$.

| $\mathrm{D}-\mathrm{H}$ | $\mathrm{d}(\mathrm{D}-\mathrm{H})$ | $\mathrm{d}(\mathrm{H} \cdots \mathrm{A})$ | DHA | $\mathrm{d}(\mathrm{D} \cdots \mathrm{A})$ | Position of A |
| :--- | :---: | :---: | :---: | :---: | :--- |
| $\mathrm{O}(7)-\mathrm{H}(7 \mathrm{~A})$ | 0.959 | 2.319 | 120.3 | 2.923 | $\mathrm{O}(1)[-x+1,-y+1,-z]$ |
| $\mathrm{O}(7)-\mathrm{H}(7 \mathrm{~B})$ | 0.847 | 2.165 | 161.4 | 2.980 | $\mathrm{O}(1)[x-1, y, z]$ |
| $\mathrm{C}(17)-\mathrm{H}(17)$ | 0.930 | 2.413 | 157.6 | 3.292 | $\mathrm{O}(7)[-x+1,-y+1,-z+1]$ |
| $\mathrm{O}(8)-\mathrm{H}(8 \mathrm{C})$ | 0.867 | 2.154 | 165.3 | 3.000 | $\mathrm{O}(2)[-x+1,-y,-z]$ |
| $\mathrm{O}(8)-\mathrm{H}(8 \mathrm{D})$ | 0.946 | 2.301 | 129.3 | 2.992 | $\mathrm{O}(2)$ |
| $\mathrm{C}(14)-\mathrm{H}(14)$ | 0.930 | 2.431 | 165.9 | 3.341 | $\mathrm{O}(8)[-x+2,-y+1,-z+1]$ |

chelating and bridging tridentate mode and the aliphatic chain is anti. $\mathrm{Eu}(\mathrm{III})$ ions are bridged by adipate ligands into 2-D coordination polymers. 1,10-Phenanthroline ligands locate at both sides of polymeric layers. Weak $\pi-\pi$ stacking interactions exist between 1,10-phenanthroline ligands of adjacent layers with average distance of $3.71 \AA$. There are two crystallographically dependent lattice water molecules which are stabilized by three types of hydrogen bonds (table 4). Hydrogen bonding and $\pi-\pi$ stacking interactions between layers result in a 3-D network (figure 3).


Figure 3. Packing diagram of $\left[\mathrm{Eu}(\mathrm{Ad})_{3 / 2}(\mathrm{Phen})\right]_{n} \cdot 2 n \mathrm{H}_{2} \mathrm{O}$ viewed along the $a$-axis. All hydrogen atoms are omitted for clarity.


Figure 4. Coordination environment ( $50 \%$ probability ellipsoids) in 3. All hydrogen atoms are omitted for clarity.

### 3.2. Structural description of $\left[\mathrm{Yb}(\mathrm{Ad})_{3 / 2} \text { (Phen) }\right]_{n} \cdot \mathrm{nH}_{2} \mathrm{O}$ (3)

The crystal structure of $\mathbf{3}$ shows that the central $\mathrm{Yb}(\mathrm{III})$ ion is eight-coordinate by one bidentate 1,10-phenanthroline, two chelating bidentate and two monodentate adipates (figure 4). There are three types of crystallographically dependent adipate ligands


Figure 5. Packing diagram of $\mathbf{3}$ viewed along the $a$-axis. All hydrogen atoms are omitted for clarity.

Table 5. Hydrogen bond parameters $\left(\AA^{\circ},^{\circ}\right)$ for 3.

| $\mathrm{D}-\mathrm{H}$ | $\mathrm{d}(\mathrm{D}-\mathrm{H})$ | $\mathrm{d}(\mathrm{H} \cdots \mathrm{A})$ | DHA | $\mathrm{d}(\mathrm{D} \cdots \mathrm{A})$ | Position of A |
| :--- | :---: | :---: | :---: | :---: | :---: |
| $\mathrm{O}(7)-\mathrm{H}(7 \mathrm{~A})$ | 0.848 | 2.091 | 170.6 | 2.931 | $\mathrm{O}(1)[x, y, z-1]$ |
| $\mathrm{O}(7)-\mathrm{H}(7 \mathrm{~B})$ | 0.853 | 2.122 | 162.4 | 2.946 | $\mathrm{O}(3)[-x+1,-y,-z+1]$ |
| $\mathrm{C}(3)-\mathrm{H}(3)$ | 0.930 | 2.406 | 160.7 | 3.298 | $\mathrm{O}(7)[x-1, y, z]$ |

in $\mathbf{3}$ (figure 2 iii, iv and $\mathbf{v}$ ). All carboxylate groups of $\mathbf{i i i}$ and $\mathbf{i v}$ are chelating bidentate to $\mathrm{Yb}(\mathrm{III})$, but the conformations of their aliphatic chains are different. Aliphatic chain of iii is anti and that of iv is gauche. The conformation of ligands iv and $\mathbf{v}$ are similar, both gauche. The coordination mode of $\mathbf{v}$ is different from iv with two carboxylate groups coordinating to $\mathrm{Yb}(\mathrm{III})$ in bridging bidentate mode. The $\mathrm{Yb}(\mathrm{III})$ ions are connected by adipate ligands into a 3-D microporous structure (figure 5) with channels occupied by lattice water molecules, which form hydrogen bonds with coordinated oxygens of the adipate ligands and $\mathrm{C}-\mathrm{H}$ bonds from 1,10-phenanthroline ligands (table 5), providing additional stability to the structure. 1,10-Phenanthroline ligands are parallel to each other with the average length of $3.46 \AA$, indicating $\pi-\pi$ stacking interactions.

### 3.3. IR spectra

In IR spectra of the three compounds, characteristic bands of the carboxylate groups occur within the range $1545-1601 \mathrm{~cm}^{-1}$ for asymmetric stretching and $1425-1441 \mathrm{~cm}^{-1}$ for symmetric stretching [9]. C-H stretching vibrations appear above $3000 \mathrm{~cm}^{-1}$ and characteristic C-H out-of-plane bending vibrations are seen at about 731 and $850 \mathrm{~cm}^{-1}$,
indicating the presence of phen [10]. The stretching bands of $\mathrm{O}-\mathrm{H}$ (from the coordinated and lattice water molecules) centered at $3400 \mathrm{~cm}^{-1}$ are broadened by hydrogen bonding [11]. Asymmetric and symmetric stretching of $\mathrm{CH}_{2}$ from adipate occur at about $2900 \mathrm{~cm}^{-1}$. IR spectra of $\mathbf{1 , 2}$ and $\mathbf{3}$ support the results of the X-ray diffraction analysis.

## Supporting information

The crystallographic data have been deposited at the Cambridge Crystallographic Data Centre, CCDC Nos. 642861 for 1, 642862 for 2 and 642863 for 3. Copies of this information may be obtained free of charge from the director, CCDC, 12 Union Road, Cambridge, CB2 1EZ, UK (E-mail: deposit@ccdc.cam.ac.uk; Fax: +44-1223-336033; http://www.ccdc.cam.ac.uk).

## Acknowledgements

We are grateful for financial support from the Natural Science Foundation of Henan Province ( 0511020700 ) and the Natural Science Research Project of the Education Department of Henan Province (200510479001).

## References

[1] P.J. Hagrman, D. Hagrman, J. Zubieta. Angew. Chem., Int. Ed., 38, 2638 (1999).
[2] B. Moulton, M.J. Zaworotko. Chem. Rev., 101, 1629 (2001).
[3] M. Eddaoudi, D.B. Moler, H. Li, B. Chen, T.M. Reineke, M. O'Keeffe, O.M. Yaghi. Acc. Chem. Res., 34, 319 (2001).
[4] (a) R. Cao, D.F. Sun, Y.C. Liang, M.C. Hong, K. Tatsumi, Q. Shi. Inorg. Chem., 41, 2087 (2002); (b) D.Q. Chu, J.Q. Xu, L.M. Duan, T.G. Wang, A.Q. Tang, L. Ye. Eur. J. Inorg. Chem., 2001, 1135 (2001).
[5] (a) S.S.-Y. Chui, S.M.-F. Lo, J.P.H. Charmant, A.G. Orpen, I.D. Williams. Science, 283, 1148 (1999); (b) O.M. Yaghi, H. Li, T.L. Groy. J. Am. Chem. Soc., 118, 9096 (1996); (c) H.J. Choi, M.P. Suh. J. Am. Chem. Soc., 120, 10622 (1998); (d) J.-C. Dai, X.-T. Wu, Z.-Y. Fu, C.-P. Cui, S.-M. Hu, W.-X. Du, L.-M. Wu, H.-H. Zhang, R.-Q. Sun. Inorg. Chem., 41, 1391 (2002); (e) O.M. Yaghi, G. Li, H. Li. Nature, 378, 703 (1995).
[6] (a) Y. Wan, L. Zhang, L. Jin, S. Gao, S. Lu. Inorg. Chem., 42, 4985 (2003); (b) H. Li, M. Eddaoudi, M. O'Keeffe, O.M. Yaghi. Nature, 402, 276 (1999); (c) S.M.-F. Lo, S.S.-Y. Chui, L.-Y. Shek, Z. Lin, X.X. Zhang, G.-H. Wen, I.D. Williams. J. Am. Chem. Soc., 122, 6293 (2000); (d) M. Eddaoudi, H. Li, O.M. Yaghi. J. Am. Chem. Soc., 122, 1391 (2000); (e) L. Pan, N.W. Zheng, Y.G. Wu, S. Han, R.Y. Yang, X.Y. Huang, J. Li. Inorg. Chem., 40, 828 (2001); (f) L. Deakin, A.M. Arif, J.S. Miller. Inorg. Chem., 38, 5072 (1999).
[7] (a) E.W. Lee, Y.J. Kim, D.Y. Jung. Inorg. Chem., 41, 501 (2002); (b) Y.J. Kim, D.Y. Jung. Inorg. Chem., 39, 1470 (2000); (c) M. Kurmoo. J. Mater. Chem., 9, 2595 (1999); (d) M. McCann, M.T. Casey, M. Devereux, M. Curran, V. McKee. Polyhedron, 16(16), 2741 (1997); (e) Y.J. Kim, E.W. Lee, D.Y. Jung. Chem. Mater., 13, 2684 (2001); (f) C. Livage, C. Egger, G. Ferey. Chem. Mater., 13, 410 (2001); (g) C. Livage, C. Egger, M. Nogues, G. Ferey. J. Mater. Chem., 8, 2743 (1998); (h) T.A. Bowden, H.L. Milton, A.M.Z. Slawin, P. Lightfoot. Dalton Trans., 5, 936 (2003).
[8] (a) D.T. de Lill, A. deBettencourt-Dias, C.L. Cahill. Inorg. Chem., 46, 3960 (2007); (b) V. Kiritsis, A. Michaelides, S. Skoulika, S. Golhen, C. Ouahab. Inorg. Chem., 37, 3407 (1998); (c) C.L. Cahill, D.T. de Lill, M. Frisch. Cryst. Eng. Comm., 9, 15 (2007); (d) D.T. de Lill, N.S. Gunning, C.L. Cahill. Inorg. Chem., 44, 258 (2005).
[9] G.B. Deacon, R.J. Phillips. Coord. Chem. Rev., 33, 227 (1980).
[10] (a) M. Geraghty, M. McCann, M.T. Casey, M. Curran, M. Devereux, V. McKee, J. McCrea. Inorg. Chim. Acta, 277, 257 (1998); (b) L.P. Zhang, Y.H. Wan, L.P. Jin. Polyhedron, 22, 981 (2003).
[11] F.W. Fifield, D. Kealey. Principles and Practice of Analytical Chemistry, 5th Edn, p. 378, Blackwell Science, Oxford (2000).


[^0]:    *Corresponding author. Email: zhaoyufen70@163.com

